Effect of polymer elution on interface shear strength between bentonite-polymer composite geosynthetic clay liners and geomembranes

Jiannan Chen i, Sarah A. Gustitus ii and Craig H. Benson iii

i) Assistant Professor, College of Engineering and Computer Science, University of Central Florida, Orlando, FL, 32816, USA.
ii) Engineer, Geosyntec Consultants, Tempe, FL, 33637, USA.
iii) Dean, School of Engineering, University of Virginia, Charlottesville, VA, 22904, USA.

ABSTRACT

Interface shear strength between bentonite-polymer composite geosynthetic clay liners (BPC-GCLs) and a textured geomembrane (GM) was investigated and compared to the interface shear strength between conventional Na-bentonite GCLs (NaB-GCLs) and the GM. Lower peak shear strength was observed in BPC-GCL/GM interfaces compared to NaB-GCL/GM interfaces under the same normal stress. Elution of hydrated polymer gel with low shear strength into the BPC-GCL/GM interface was identified as the cause of lower interface shear strength. Polymer elution was greatest during hydration, but also occurred during shearing.

Keywords: geosynthetic clay liner; polymer content; shear strength; interface; geomembrane; elution.

1 INTRODUCTION

Geosynthetic clay liners (GCLs) are often used in lieu of compacted clay as liners for waste containment facilities. Conventional GCLs consist of a layer of sodium bentonite (NaB) sandwiched between two carrier geotextiles. When used in a composite liner, the lower carrier geotextile of the NaB-GCL is placed in contact with the soil subgrade, whereas the upper geotextile is in contact with the geomembrane (GM). Physical stability of a waste containment facility with a composite liner is controlled by the shear strength of the interface between the GCL and the GM (Daniel et al. 1998, Qian et al. 2002, Fox and Stark 2015, Hanson et al. 2015, Suzuki et al. 2017).

Bentonite-polymer composite (BPC) GCLs have been introduced over the past decade for applications where NaB-GCLs are chemically incompatible with the leachate to be contained (Traugr and Darlington 2000, Ashmawy et al. 2002, Di Emidio et al. 2011, Benson et al. 2014, Scalia et al. 2014, Di Emidio et al. 2015, Tian and Benson 2016, Chen et al. 2018). The hydraulic conductivity of BPC-GCLs is controlled in part by viscoelastic polymer gel that fills pores between the bentonite granules (Tian et al. 2016, Chen et al. 2019, Gustitus and Benson 2020). Hydraulic or mechanical forces can induce elution of the polymer gel, leaving a thin layer of weak gel in the BPC-GCL/GM interface in a manner similar to bentonite extruded into a NaB-GCL/GM interface (Chen et al. 2017). Elution of the gel can alter the shear strength of the interface and affect the stability of the waste containment system. However, limited data are available on the shear behavior of BPC-GCL/GM interfaces.

The effect of polymer elution on the interface shear strength between BPC-GCLs and a textured GM was evaluated in this study using large-scale direct shear tests. BPC-GCLs with different proprietary polymers and polymer loading were evaluated.

2 MATERIALS AND METHODS

2.1 Geosynthetic Clay Liners

Six GCLs from two different manufacturers were used in this study: two NaB-GCLs, denoted as CS and GS; and four BPC-GCLs denoted as CP1.2, CP5.1, GP3.3 and GP10.9. The prefix of the sample identifier represents the manufacturer, and the numerical suffix represents the polymer loading in the BPC (% by dry mass). All six GCLs are commercially available in the US. Their hydraulic properties are reported in Chen et al. (2019).

The BPCs were produced by dry blending granular bentonites and granular polymers. The polymer formulations are proprietary to the GCL manufacturers. However, they contain water soluble and/or water swellable polymers. The granular bentonite or BPC in each GCL was encapsulated between a woven and a nonwoven geotextile bound together by needle-punching. Loss on ignition (LOI) was used as a surrogate measurement for polymer content for each GCL following the method described in Scalia et al. (2014). Polymer loading was examined across the GCL roll at a minimum of five locations with duplicate measurements for each location.

2.2 Large-Scale Direct Shear Tests

Large-scale direct shear tests were conducted...
following ASTM D5321 to evaluate the shear strength of the GCL/GM interface. Each GCL specimen (305 mm x 305 mm) was gently trimmed from GCL rolls using a sharp utility knife, with the sides of the specimen carefully sealed with packing tape to prevent loss of NaB or BPC. The non-woven side of the GCL was placed in contact with a 1.5-mm-thick textured HDPE GM (GSE HD Textured, GSE Environmental, Houston, TX) for testing. All tests were conducted with shearing in the machine direction. Normal stresses of 20, 100, 250 and 400 kPa were applied. Interface shearing as conducted at a constant rate of 0.1 mm/min to a final displacement of 50 mm.

Interface shear tests are conducted in many studies to simulate site-specific conditions, including hydration and consolidation (Byrne 1994, Stark and Eid 1996, Gilbert et al. 1997, Pavlik 1997, Daniel et al. 1998, Eid et al. 1999, Triplett and Fox 2001, Vukelic et al. 2008, Chen et al. 2010, Daniel 2013, Fox and Stark 2015). In this study, all specimens were hydrated using DI water under a normal stress of 10 kPa for 24 h prior to shear at the target normal stress. This consistent approach was ensured that all specimens were hydrated under similar conditions. However, the degree of hydration may have varied between different types of GCLs, and hydration of the GCLs may have been incomplete.

2.3 Shear Behavior of Hydrated Polymer Gels

The viscoelastic behavior of the hydrated polymer gels that elute from a BPC-GCL can affect the shear strength of the BPC-GCL/GM interface. When hydrated, viscoelastic polymers transition to behave more like liquids than solids above a certain shear stress, known as the flow stress (Mezger 2015). Flow stress of hydrated polymer gels similar to those contained in the CP1.2 and CP5.1 BPC-GCLs was measured. The polymer was hydrated to moisture contents of 200%, 500%, 1000%, and 2000%, which represents a range of conditions observed during the shear tests. Flow stress of the hydrated polymer gels was determined by measuring the storage modulus and loss modulus of the gels using shear-strain-amplitude sweeps with controlled-shear deformation on an Anton Paar MCR 302 rheometer (Anton Paar, Austria). Flow stress was taken as the stress at which the storage modulus equaled the loss modulus. Amplitude sweeps were completed over a range of 0.01-10,000% shear strain, using a 25-mm-diameter sandblasted parallel plate.

3 RESULTS AND DISCUSSION

3.1 Interface Shear Stress-Displacement Behavior

Relationships between shear stress and horizontal displacement of the GCL/GM interfaces at 400 kPa are shown in Fig. 1. Similar shaped shear stress-displacement relationships were obtained at other normal stresses. The shear resistance increases rapidly after test initiation, reaching a peak shear stress at a displacement of 6.5-23 mm, which is similar to displacements reported in prior studies (Triplett and Fox 2001, Chiu and Fox 2004, McCartney et al. 2009). As displacement continues, a post-peak strength reduction occurs for all of the interfaces. Residual shear strength was not reached for any of the tests.

![Fig. 1. Shear stress-displacement relationships of BPC GCLs to textured GM.](image)

In Fig. 1, the peak and large-displacement (LD) interface strengths (shear stress at 50 mm) are inversely related to polymer loading in the BPC-GCLs, and are highest for the NaB-GCLs (CS and GS) that have no polymer. The interfacial displacement at peak strength for the BPC-GCLs typically is higher than for the interfaces with NaB-GCLs (GP3.3 is an exception). This suggests that the polymer is affecting the shear behavior of the interface.

3.2 Elution of polymer into the interface

During shearing, bentonite extruded into the interface for both NaB-GCLs and BPC-GCLs. For the BPC-GCLs, polymer also eluted into the interface. When the interface was separated after a shear test, a thin layer of polymer gel was present that appeared to have flowed along the non-woven geotextile of the GCL.

To assess polymer elution during different stages of shear testing, LOI was measured on sacrificial specimens of GP3.3-GCL during four points of shear testing at 250 kPa normal stress (post hydration, peak strength, and LD strength) (Fig. 2). The original GP3.3-GCL had a LOI of 5.6% ± 0.7 %, which decreased to 4.7% ± 0.4% after hydration in DI water for 24 h under 10 kPa overburden stress. After shearing to peak shear strength, the LOI was 4.6% ± 0.01%, slightly lower than the post hydration LOI. When sheared to the large displacement condition (50 mm), the LOI decreased to 4.2% ± 0.4%. Over the entire test, the LOI dropped 1.4%, indicating that 25% of the polymer was lost during testing.
The decrease in LOI, and polymer loading within the BPC, is attributed to polymer elution, as evinced by polymer present in the GCL-GM interface. During hydration, polymer elution is likely due to swelling and diffusion rather than extrusion because the normal stress was low (10 kPa). Polymer elution during shearing could be due to stresses within the BPC or the non-woven geotextile. As indicated in Fig. 2, more polymer is eluted during hydration than during shearing.

The polymer gel in the GCL/GM interface was much softer than extruded bentonite, creating a thin layer with very low shear resistance within the interface. To evaluate the resistance of the gel, a polymer of similar proprietary structure to the polymer in the CP BPC-GCL was hydrated and tested in the rheometer to determine the viscous behavior. Flow stress of the polymer gel is shown as a function of gel moisture content in Fig. 3.

![Flow stress of the hydrated polymer gel as a function of moisture content for polymer hydrated with DI water.](image)

The polymer had a maximum flow stress of 14 kPa at a gel moisture content of 200%, which is less than the peak shear stress obtained during shearing of the BPC-GCLs. The polymer gel with a 200% moisture content was notably more viscous than the polymer observed in during shear testing of the BPC-GCL/GM interfaces. The gel in the interface was visually similar to polymer hydrated to 100% moisture content, which had a flow stress of 1 kPa. This very weak gel in the interface likely contributed to lower shear strength of the BPC-GCL/GM interfaces.

As shown in Fig. 1, both the peak and large-displacement shear strengths for the BPC-GCL/GM interfaces decrease with increasing polymer loading in the BPC-GCL. This likely occurs because more polymer is available to elute at higher polymer loading, resulting in a greater amount of weak gel in the interface during shearing.

4 CONCLUSIONS

Large scale shear tests were conducted under normal stress ranging from 20 to 400 kPa to evaluate the interface shear strength between a textured geomembrane (GM) and GCLs containing sodium bentonite (NaB) or bentonite polymer composite (BPC). Based on the findings of this study, the following conclusions are drawn:

- BPC-GCL/GM interfaces have lower peak and large-displacement shear strength than conventional NaB-GCL/GM interfaces. The reduction in peak shear strength is attributed to elution of polymer hydrogel into the interface. Peak shear strength of the BPC-GCL/GM interface decreases with increasing polymer loading in the BPC.
- Polymer elution into the interface occurred predominantly during the hydration stage, although some elution into the interface occurred during shearing.

Additional study should be conducted to determine how type of polymer in the BPC affects the propensity for elution, and the impact of polymer type on shear strength of the BPC-GCL/GM interface.

ACKNOWLEDGEMENTS

The Electric Power Research Institute (EPRI), CETCO Inc., and the US Department of Energy provided financial support for this study. Financial support from the US Department of Energy (DOE) was provided under cooperative agreement DE-FC01-06EW07053, the “Consortium for Risk Evaluation with Stakeholder Participation III.” GSE Inc. provided the geomembrane used in this study. This support is gratefully acknowledged. The National Natural Science Foundation of China (No. 41702324) provided part of the support for Dr. Chen’s contributions to this study.

REFERENCES

1) Ashmawy, A.K., El-Hajji, D., Sotelo, N., and Muhammad, N. (2002). Hydraulic performance of untreated and polymer-
treated bentonite in inorganic landfill leachates, *Clay and Clay Minerals*, 50(5), 546-552.

2) Benson, C., Chen, J., and Edil, T. (2014). Engineering Properties of Geosynthetic Clay Liners Permeated with Coal Combustion Product Leachates, *Report No. 3002003770*, Electric Power Research Institute (EPRI), Palo Alto, CA.

3) Byrne, R. J. (1994). “Design issues with strain-softening interfaces in landfill liners.” *Proceedings of Waste Tech ’94, Charleston*, South Carolina, USA, pp. 1–26.

4) Chen, J., C. H. Benson, W. J. Likos, and T. B. Edil. 2017. “Interface shear strength of a bentonite-polymer geosynthetic clay liner and a textured geomembrane.” In *Geotechnical Frontiers*, 219–226. Orlando, FL: ASCE.

5) Chen, J., Benson, C., and Edil T. (2018). Hydraulic conductivity of geosynthetic clay liners with sodium bentonite to coal combustion product leachates. *Journal of Geotechnical and Geoenvironmental Engineering*, 144(3), 04018008-1-12.

6) Chen, J., Salihoglu, H., Benson, C. H., and Likos, W. J. (2019). Hydraulic Conductivity of Bentonite-Polymer Geosynthetic Clay Liners to Coal Combustion Product Leachates. *Journal of Geotechnical and Geoenvironmental Engineering*, in press.

7) Chen, Y., L. Lin, W. A. and Zhan, T. L. (2010). Investigation of mechanisms of bentonite extrusion from GCL and related effects on the shear strength of GCL/GM interfaces. *Geotextiles and Geomembranes*, 28(1), 63–71.

8) Chiu, P., and Fox, P.J. (2004). Internal and interface shear strengths of unreinforced and needle-punched geosynthetic clay liners. *Geosynthetics International*, 11(3): 176-199.

9) Daniel, D., Shan, H., and Anderson, J. (1993). Effects of Partial Wetting on the Performance of the Bentonite Component of a Geosynthetic Clay Liner. *Proceeding of Geosynthetics '93*, Industrial Fabrics Association International, St. Paul, MN, 1483-1496.

10) Daniel, D.E., Koerner, R.M., Bonaparte, R., Landreth, R.E., Carson, D.A. and Scraton, H.B. (1998). Slope stability of geosynthetic clay liner test plots. *J. Geotech. and Geoenviron. Eng.*, 124(7), 628–637.

11) Daniel, D.E. (2013). Engineering characteristics of geosynthetic clay liners: Questions asked and answered over time. *Proceedings of GRI-25*, Long Beach, California, 136–159.

12) Di Emidio, G., Van Impe, W. and Flores, V. (2011). Advanced in geosynthetic clay liners: Polymer enhanced clays. *Geofrontiers 2011: Advances in Geotechnical Engineering*, ASCE, Reston, VA, 1931–1940.

13) Di Emidio, G., Mazzieri, F., Verastegui-Flores, R., Van Impe, W., and Bezuijen, A. (2015). Polymer-treated bentonite clay for chemical resistant geosynthetic clay liners. *Geosynthetics Int.*, 22(1), 125–137.

14) Eid, H. T., Stark, T. D. and Doerfler, C. K. (1999). Effect of shear displacement rate on internal shear strength of a reinforced geosynthetic clay liner. *Geosynthetics Int.*, 6(3), 219–239.

15) Fox, P., and Stark, T. (2015). State-of-the-art report: GCL shear strength and its measurement – ten-year update. *Geosynth. Int.*, 22 (1), 3–47.

16) Gilbert, R. B., Scraton, H. B. & Daniel, D. E. (1997). Shear strength testing for geosynthetic clay liners. *Testing and Acceptance Criteria for Geosynthetic Clay Liners*, Well, L. W., Editor, ASTM International, West Conshohocken, PA, USA, pp. 121–135, STP 1308.

17) Gustitus, S. A., and Benson, C. H. (2020). Assessing polymer elution and hydraulic conductivity of bentonite-polymer composite geosynthetic clay liners permeated with aggressive solutions. In *Proc., GeoAmericas 2020*, Rio de Janeiro, Brazil.

18) Hansen, J. J., Chrysovergis T. S., Yessilier N., and Manheim D. C. (2015). Temperature and moisture effects on GCL and textured geomembrane interface shear strength. *Geosynth. Int.*, 22(1), 110-124.

19) McCartney, J. S., Zornberg, J. G. and Swan, R. H. Jr. (2009). “Analysis of a large database of GCL-geomembrane interface shear strength results.” *J. Geotech. and Geoenvironmental Eng.*, 135(2), 209–223.

20) Pavlik, K. L. (1997). Corps of Engineers geosynthetic clay liner interface test program. *Proceedings of Geosynthetics ’97*, Industrial Fabrics Association International, Long Beach, CA, USA, 2, pp. 877–884.

21) Qian, X., Koerner, R. M., and Gray, D. H. (2002). Geotechnical Aspects of Landfill Design and Construction, *ISBN: 978-0130125064*, Prentice Hall Inc., Upper Saddle River, New Jersey, U.S.A, 18 chapters, 717 pages.

22) Scalia, J., Benson, C., Bohnhoff, G., Edil, T., and Shackelford, C. (2014) Long-Term Hydraulic Conductivity of a Bentonite-Polymer Composite Permeated with Aggressive Inorganic Solutions, *J. Geotech. and Geoenvironmental Eng.*, 04013025-1-13.

23) Stark, T. D. and Eid, H. T. (1996). Shear behavior of reinforced geosynthetic clay liners. *Geosynthetics International*, 3(6), 771–786.

24) Suzuki M., Koyama A., Kochi Y., and Urabe T. (2017). Interface shear strength between geosynthetic clay liner and covering soil on the embankment of an irrigation pond and stability evaluation of its widened sections, *Soils and Foundations*, 57(2), 301-314.

25) Tian, K. and C. Benson (2016). Hydraulic Conductivity of Geosynthetic Clay Liners to Low-Level Radioactive Waste Leachate, *J. Geotech. and Geoenvironmental Eng.*, 04016037.

26) Tian, K., W. J. Likos, and C. H. Benson. 2016c. “Pore-scale imaging of polymer-modified bentonite in saline solutions.” In *Proc., Geo-Chicago 2016: Sustainable Geoenvironmental Systems*, edited by A. De, K. R. Reddy, N. Yesilier, D. Zekkos, and A. Farid, 469–477. Reston, VA: ASCE.

27) Trauger, R., and Darlington, J. (2000). Next-generation geosynthetic clay liners for improved durability and performance. *TR-220*, Colloid Environmental Technologies Company, Arlington Heights, IL, USA, pp. 2–14.

28) Triplett, E.J., and Fox, P.J. (2001). Shear strength of HDPE geomembrane/geosynthetic clay liner interfaces. *J. Geotech. and Geoenvironmental Eng.*, 127(6), 543–552.

29) Vukelic, A., Srazivs-Nossan, A. and Kvasnicka, P. (2008). The influence of bentonite extrusion on shear strength of GCL/geomembrane interface. *Geotextiles and Geomembranes*, 26(1), 82–90.

30) Young, R. J., and Lovell, P. A. (2011). Introduction to polymers. *ISBN: 978-0849339295*, CRC press.